Excitonic behavior in self-assembled InAs/GaAs quantum rings in high magnetic fields


Published in:
Physical Review B

DOI:
10.1103/PhysRevB.80.155318

Published: 01/01/2009

Document Version
Publisher's PDF, also known as Version of Record (includes final page, issue and volume numbers)

Please check the document version of this publication:
• A submitted manuscript is the author's version of the article upon submission and before peer-review. There can be important differences between the submitted version and the official published version of record. People interested in the research are advised to contact the author for the final version of the publication, or visit the DOI to the publisher's website.
• The final author version and the galley proof are versions of the publication after peer review.
• The final published version features the final layout of the paper including the volume, issue and page numbers.

Link to publication

Citation for published version (APA):

General rights
Copyright and moral rights for the publications made accessible in the public portal are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.

• Users may download and print one copy of any publication from the public portal for the purpose of private study or research.
• You may not further distribute the material or use it for any profit-making activity or commercial gain
• You may freely distribute the URL identifying the publication in the public portal?

Take down policy
If you believe that this document breaches copyright please contact us providing details, and we will remove access to the work immediately and investigate your claim.
Excitonic behavior in self-assembled InAs/GaAs quantum rings in high magnetic fields


1PSN, COBRA, Eindhoven University of Technology, NL-5600 MB Eindhoven, The Netherlands
2HFML, IMM, Radboud University Nijmegen, NL-6525 ED Nijmegen, The Netherlands
3CSIC, Instituto de Microelectrónica de Madrid, E-28760 Tres Cantos, Spain
4TFVS, Universiteit Antwerpen, B-2020 Antwerpen, Belgium
5FSM, Universitatea de Stat din Moldova, MDV-2009 Chisinau, Moldova

(Received 6 April 2009; revised manuscript received 21 September 2009; published 16 October 2009)

We investigate the exciton energy level structure of a large ensemble of InAs/GaAs quantum rings by photoluminescence spectroscopy in magnetic fields up to 30 T for different excitation densities. The confinement of an electron and a hole in these type I quantum rings along with the Coulomb interaction suppress the excitonic Aharonov-Bohm effect. We show that the exciton energy levels are nonequidistant and split up in only two levels in magnetic field, reflecting the ringlike geometry. A model, based on realistic parameters of the self-assembled quantum rings, allows us to interpret the essential features of the observed PL spectra in terms of the calculated optical transition probabilities.

DOI: 10.1103/PhysRevB.80.155318 PACS number(s): 73.21.La, 78.67.Hc

The excitonic energy structure of self-assembled quantum dots (QDs) is well studied. By magnetoluminescence experiments it has been demonstrated that the electronic energy levels in a QD can be described by the Fock-Darwin model for a two-dimensional harmonic oscillator in a magnetic field. Changing the QDs to ringlike structures modifies the energy spectrum, and gives rise to the Aharonov-Bohm (AB) effect: the oscillatory behavior of charge carriers in a ringlike magnetic field. The excitonic AH effect for excitons strongly depends on their polarization. The ground-state emission energy of the QRs is centered around 1.308 eV, with an inhomogeneous broadening with a full width at half maximum of 20 meV. With increasing excitation density two additional peaks can be resolved. These peaks have a magnetic field induced splitting of the higher excitonic energy levels into two levels, in contrast to the n+1 fold degeneracy of the nth excited state of QDs with a harmonic confinement potential. Furthermore, we will show that the confinement of an electron and a hole along with the Coulomb interaction suppress the excitonic AB effect in these QRs.

For the PL studies, a sample containing a single layer of QRs (Refs. 13 and 14) is mounted in a liquid-nitrogen bath cryostat at T=4.2 K. The excitation is provided by a Dye laser operating at 2 eV. The excitation power is varied with a Babinet-Soleil compensator in combination with a linear polarizer. A Wollaston prism allows for simultaneous detection of both circular polarizations. The PL signal is dispersed by a single grating spectrometer, and the detection is performed by a liquid-nitrogen-cooled charge-coupled device camera. Static magnetic fields up to 30 T were applied parallel to the growth direction and the PL is detected in the Faraday configuration.

The dependence of the QR emission energy on the excitation density is shown in Fig. 1(a). The ground-state emission energy of the QRs is centered around 1.308 eV, typical for these nanostructures. The ground-state emission has an inhomogeneous broadening with a full width at half maximum of 20 meV. With increasing excitation density two additional peaks can be resolved. These peaks have an energy of 39 and 63 meV above the ground-state energy. The wetting layer (WL) emission is centered around 1.438 eV (not shown), which is 67 meV above the highest observed confined-state energy of the QRs.

We determine the energy of the ground-state PL by fitting the spectra at low excitation densities by a Gaussian. The observed ground-state emission energy E(B) of an exciton in a QR for relatively small B is approximately given by $E(B) = E_0 + \frac{1}{2} g_{es} \mu_B B + \alpha_d B^2$. Here $E_0$ is the emission energy at $B=0$, $g_{es}$ is the exciton $g$ factor, $\mu_B = 5.79 \times 10^{-5}$ eV/T is the Bohr magneton, and $\alpha_d$ is the diamag-
For QDs a third peak is present. As opposed to QDs, we observe a minimum in PL intensity, which is consistent with previous reported values for QRs. The quadratic fit (red line) is used to determine the diamagnetic coefficient $g_{\text{dia}}$.

The dashed lines are a guide to the eye and follow the peak positions. We have carefully assigned the PL peak positions as function of $B$ by comparing the PL spectra at different $B$ (see Fig. 2). As implied by Fig. 1(b), both resolvable excited states split up into two separate peaks. Each of the PL peaks of the QRs Zeeman splits further with a smaller energy separation into two peaks of opposite circular polarization.

To understand the energy structure of the excitons, we use a model based on the structural properties of these QRs obtained by cross-sectional scanning tunneling microscopy measurements. The model is used to calculate the single-exciton optical transition probability spectrum. The results are shown in Figs. 3(a) and 3(b), for a noninteracting and an interacting electron-hole pair, respectively. For a noninteracting electron-hole pair, we calculate that around $B = 15$ T there is a crossover in the ground-state energy, in agreement with magnetization experiments. The inclusion of the Coulomb interaction results in a smooth behavior of the ground-state energy as function of $B$, as shown in Fig. 3(b). At a magnetic field of 15 T the calculated spectrum shows that the first-excited state has a reduced optical spectral probability. This is due to the redistribution of the oscillator strength between the first-excited state and the ground state in favor of the latter.

In the following we compare the experimental results with the theoretical calculations. The calculated ground-state emission energy is 1.34 eV, in reasonable agreement with the measured ground-state PL energy (1.31 eV). In general we find that the calculated energies are ~30 meV higher than the experimental values. The PL of the continuum states in the WL is calculated to be at 1.43 eV, which corresponds well to the measured value of 1.44 eV. Moreover, the calculations show at $B = 30$ T a ~10 meV shift of the ground state to higher energy, where the experimental value is 8 meV. The Zeeman effect is not taken into account in the calculations.

To interpret the higher lying energy states, we will focus only on the states in the model having a large spectral transition probability (cf. Fig. 3(b)), and compare them with the experimentally observed PL peaks. The first-excited state is
expected at 20 meV above the ground-state emission energy. However, in our experimental data we cannot resolve this peak due to the inhomogeneous broadening. The second-excited state in our model is at 58 meV above the ground-state emission energy and corresponds to the second peak in our experiment, whereas the calculated energy level at 1.42 eV, 82 meV above the ground-state emission, corresponds to the third peak we observe. In order to better compare the calculated spectra to the experimental spectra we introduce a Gaussian broadening \( \Gamma \), which simulates the inhomogeneous broadening of the ensemble. For \( \Gamma = 10 \) meV, we find the best comparison of the calculated spectra with the experimental data. Figure 4 shows the calculated PL spectra for \( B = 30 \) T in steps of 5 T. The calculated and measured spectra [cf. Fig. 1(b)] show a qualitative resemblance, although the absolute values of the energy splittings are different. Importantly, the introduced broadening indeed shows that the first-excited state is not resolvable in the magneto-PL. We do note that based on our model we assign the measured PL peaks to different excitonic states in the QRs as compared to the identification based on PLE measurements on single QRs. However, within the theoretical model, which was successfully applied to explain the magnetization behavior of QRs on similar samples, we found that for all realistic ring parameters the PL of the first-excited state is concealed by the ground-state luminescence if an inhomogeneous broadening of about 20 meV is included.

The excitonic behavior characteristic for ringlike structures manifests itself in the magneto-PL under high excitation conditions. We observe the splitting of the excited states into two states as well as nonequidistant energy level splittings. In contrast to our measurements, experiments on QDs resulted in a magnetic induced splitting of the \( d \) state into three states and equidistant energy levels. This \( d \) state corresponds to the second peak in Fig. 1(b), which for QRs has predominantly an \( l = 2 \) character, whereas the calculated energy level at 1.42 eV, 82 meV above the ground-state emission, corresponds to the second peak in Fig. 1(b), indicating the absence of this third peak.

In the calculations the strongest effect on the oscillator strength is expected for the first-excited state with predominantly an \( l = 1 \) character. This state is not resolved in our measurements due to the inhomogeneous broadening. The oscillator strength of the ground state of the single exciton of our modeled QR does not significantly change with \( B \), as was confirmed in the experiments. In contrast to the AB effect of single electrons in these rings, we do not observe nor expect an excitonic AB effect based on our model. The absence of prominent oscillations in the ground-state energy of the calculated exciton spectra as compared to the case of a noninteracting electron-hole pair is a consequence of the Coulomb interaction. A charge-tunable QR sample will allow for the control of the charged state of the excitons in the QR, giving us the ability to study better the influence of the Coulomb interaction on the AB effect in these QRs.

The details of the calculated spectra are very sensitive to the size, shape, and composition of the QR and it is difficult to find a quantitative agreement between the calculated optical transition probabilities and the measured PL spectra. The model used does not include many-exciton complexes and charged excitonic states, which influence the optical transition probability spectra. We estimate this will only be a small effect as the exciton binding energy is an order of magnitude larger compared to the exciton-exciton interaction and additional charging energies. In order to calculate the actual PL spectra from the optical transition probability spectra, one needs to take into account a nonequilibrium distribution function for excitons in a strong laser field and use a response theory. Despite the preliminary character of our
model, we are able to find a qualitative agreement between the measurements and the calculations and thereby we can explain the essential features in our measurements.

To conclude, we have analyzed the emission energy of a large ensemble of self-assembled InAs/GaAs QRs in high magnetic fields. Our model shows that the confinement of an electron and a hole along with the Coulomb interaction suppress the excitonic AB effect in these nanostructures. The ring character of our nanostructures results in nonequidistant energy level splittings in the exciton diagram and into a magnetic field induced splitting of each excited state into two states. This is in contrast to what has been observed in QD measurements. The optical transition probabilities are calculated within our model, based on the characterization of a realistic QR. Comparing these calculations with our experimental data we find a qualitative agreement, which allows us to identify the different PL peaks and helps to explain the excitonic behavior in magnetic field.

This work is part of the research program of NanoNed and FOM, which are financially supported by the NWO (The Netherlands). This work was supported by the PWO-V (Projects No. G.0435.03 and No. G.0449.04), the WOG (Grant No. WO.035.04N, Belgium), the NANINPHO-QD, MICIN (Grant No. TEC2008-06756-C03-01), the MEC (Consolider-Ingenio 2010 “QOIT,” Grant No. CSD2006-00019, Spain), and the EC SANDIE Network of Excellence (Grant No. NMP4-CT-2004-500101).

*Present address: Institute for Integrative Nanosciences, IFW Dresden, D-01069 Dresden, Germany.

3. V. Fock, Z. Phys. 47, 446 (1928).